PREDICTION OF THE THICK FILM RESISTOR TRIMMING
J. Skácel, J. Kolařík, I. Szendiuch
Department of Microelectronics
Faculty of Electrical Engineering and Communication
Brno University of Technology
Antonínská 548/1, 601 90 Brno, Czech Republic
E-mail: xskace09@stud.feec.vutbr.cz

Anotace:

This research deals with the issue of the thick-film technology. This work is focused especially on the trimming value of resistance thick-film resistors. The main aim is to use simulation program for resistance value prediction. The laser trimming is used to ensure accurate values of thick film resistors. Another area of interest is the power load of individual cuts and the possibilities of measuring them. In this paper, six cuts were selected to compare power load and correlation with simulations from the Ansys Workbench program was done.

INTRODUCTION
Thick film technology has been in use for decades and it still offers us a place to research. This technology uses special pastes that have the electrical properties of the circuit: resistive, capacitive, inductive and special.

Different deposition methods are used to make this motives. The first way is the screen printing. Stencil printing is the second type of deposition. The last one is dispensing printing. In this case, a screen printing was used to create motives. Although this technology offers many excellent features, the greatest disadvantage is the accuracy of the printed resistor. The printed resistor usually require trimming. In the past, sandblasting was used. This technology has achieved appropriate results, but this technology is unclean and needs to be replaced. [1],[2]

![Fig. 1: Laser trimming / thick film resistor](image)

For this reason, the laser beam (Fig. 1) is used to trim the resistor today. The resistance is trimmed by a focused beam of light directed against the resistive material. Because the lasers are pulsed, the resistive material is removed in parts. During the evaporation of the resistive material, the resistance is measured with the probes simultaneously. Two types of lasers are used most frequently: CO2 laser or YAG: Nd laser. The advantage of YAG: Nd laser is a small wavelength, thus there is a low absorption of the beam on the ceramic substrate.

Therefore, the resistance paste evaporates primarily. The CO2 laser has a high pulse wavelength, which can lead not only to the vaporization of the resistance paste but also to the substrate surface disruption, so the CO2 laser is used to cut the ceramic substrates not for trimming. Another advantage of YAG: Nd laser is the diameter of the laser beam trace, which can reach values up to 10 μm. The CO2 laser has a beam diameter of 10x greater (100 μm) than the YAG: Nd laser. For the above reasons, YAG: Nd laser is more often used for trimming. In our case, we used YAG: Nd Aurel laser type ALS300 with 5 W continuous mode and 25 W pulse mode. This device is controlled by a PROTOMAT software. The diameter of the laser beam is 40 - 60 μm.[3],[4]

TYPES OF CUTS

**Strain cut**
Strain cut (Fig. 2) is the easiest and the fastest way to resize the resistor. It is simple and fast to execute. It is economically the most advantageous cut but at the cost of less accurate trimming. The maximum accuracy of this type is within ± 0.50%. Minor delivery accuracy is due to the exponential growth of resistance with the length of the cut.
**L-cut**

L-cut (Fig. 2) is based on strain cut but the problem of exponential growth of resistance is solved here. This cut is one of the most common cuts. Due to the cutting speed and accuracy of the resistor up to ±0.30%. The disadvantage of this cut is short-term stability.

**L-cut with Vernier cut**

This type of cut is used to get the L-cut (Fig. 2) more accurately and at the same time, it achieves greater long-term stability than the L-cut and D-cut. The disadvantage of this cut is the longer time of the trimming.

**Double cut**

Another cut (Fig. 2) that compensates the exponential growth of resistance with the length of the cut is a double cut. The double cut is based on the strain cut where a second shorter cut is added next to the first cut. An accuracy of ±0.20% is achieved in this section. The double cut is suitable for short resistors where the use of L-cut is not as effective. The advantage of a double cut is greater long-term stability than the L-cut.

**Double Reserve cut**

A double reversed cut (Fig. 2) is used if we need to make a large change in resistance and we do not have a sufficiently long resistor to use the serpentine cut. The disadvantage of this cut is the low accuracy of the resistor's nominal value and short-term stability.

**U-cut**

The U-cut (Fig. 2) is similar to the L-cut, practically the finished L-cut, which makes the whole bottom part electrically insulated. For this reason, this type of cut is suitable for high-voltage applications. The disadvantage of this cut is the accuracy, which is within ±1.0% of the nominal value.

**EXPERIMENTS**

The resistor (Fig. 3) has been designed to be trimmed with 3 kΩ final value. For statistical purposes, the substrate was designed to create eleven samples from each cut. The substrate contained eight rows of eleven columns for trimming and the possibility to test up to eight different types of cuts. The Tesla Lanskroun TT5031 paste was used for the resistance layer. The resulting dimensions of the resistor can be seen in figure 3. A substrate of 50.8 x 50.8 mm and a thickness of 0.63 mm was used for testing.

**SIMULATION**

For the simulation and setting of initial conditions and material properties, it was necessary to calculate the resistivity of the thick film. The simulation program needs to set the material using resistivity (Ω.m). Therefore, the height of the layer was measured, and resistivity calculated for all the cuts used. From these results, the average was 1,858·10⁻² Ω·m and this was used for the simulation. Six of the cuts were simulated. The resulting simulation display the current density in the thick film resistor. The simulation shows place with the highest load. Another parameter was to find out how to predict the length of the cut. For clarity, Vernier was chosen to be the most accurate.

A cut of 290 μm was required to trim the resistor of the first section of the L-cut (Fig. 4). Trimming stop at 30% of the final value. According to theoretical assumptions, it was known that a 1% to 2% of the nominal value could be trimmed by the last cut. A
second part of the L-cut 810 μm was needed to get 2,97460 kΩ. The cut was placed 200 μm before the L-cut, i.e. 400 μm from the conductive pad. To reach the resistor at a value close to the higher nominal value of 3 kΩ, the length of the slicing section must be 210 μm long. Then the resistor resistance will be 3,00291 kΩ according to the simulation program. The accuracy of the resistor is 0.10% from the nominal value.

CONCLUSION

This paper deals with the possibility of simulation being used as a prediction tool for trimming resistors. It was possible to create models of resistors that achieved values as real created and values of trim lengths agreed with reals one. The prediction was possible for all six tested cuts. The last part of this research deals with the thermal load of different types of cuts. With the lowest thermal load is U-cut and the highest one with thermal load is strain cut.tuto šablonu.

ACKNOWLEDGMENTS

The article was supported by project no. FEKT-S-17-3934, utilization of novel findings in micro and nanotechnologies for complex electronic circuits and sensor applications.

REFERENCES


